Mycogenic Silver Nanoparticles From Endophytic *Trichoderma atroviride* with Antimicrobial Activity

Ahmed Abdel-Azeem¹,*, Amr A. Nada²,3, Anthonia O’Donovan⁴, Vijay Kumar Thakur⁵ and Amr Elkelish⁶

¹Microbiology Section, Department of Botany, Faculty of Science, University of Suez Canal, Ismailia, 41522, Egypt
²Department of Analysis and Evaluation, Egyptian Petroleum Research Institute, Nasr City, Cairo, P.B. 11727, Egypt
³Institut Européen des Membranes, IEM, UMR-5635, Univ Montpellier, ENSCM, CNRS, Montpellier, France
⁴School of Science and Computing, Galway-Mayo Institute of Technology, Galway, Ireland
⁵Enhanced Composites and Structures Center, School of Aerospace, Transport and Manufacturing, Cranfield University, Bedfordshire, UK
⁶Botany Section, Department of Botany, Faculty of Science, University of Suez Canal, Ismailia, 41522, Egypt

*Corresponding Author: Ahmed Abdel-Azeem. Email: ahmed_abdelazeem@science.suez.edu.eg

Received: 28 October 2019; Accepted: 16 December 2019

Abstract: There is an increasing interest in developing nanoparticles with diverse biologic activities. To this end, we prepared 10 to 15 nm silver nanoparticles (AgNP) from native isolates of *Trichoderma atroviride*. Within this study, endophytic fungi hosted four medicinal plants in Saint Katherine Protectorate, South Sinai, Egypt have been isolated by surface sterilization technique on four isolation media. Ten species, based on their frequency of occurrence, out of twenty recovered taxa were tested for their capability to synthesize extracellular AgNPs. *Trichoderma atroviride* hosted *Chiliadenus montanus* was found to be the best candidate for the production of mycogenic AgNPs among all examined species. The myco-synthesized AgNPs were compared with chemically synthesized and characterized using Ultraviolet-visible (UV-vis) spectroscopy, Raman spectroscopy, X-ray diffraction (XRD) and high-resolution transmission electron microscopy (HRTEM) techniques. The HRTEM result showed the distribution of spherical AgNPs ranging from 10 to 15 nm. *Trichoderma atroviride* isolate was subjected to sequencing for confirmation of phenotypic identification. The internal transcribed spacer (ITS) 1–5.8 s – ITS2 rDNA sequences obtained were compared with those deposited in the GenBank Database and registered with accession number MH283876 in the NCBI Database. Antibacterial, antifungal and antifungal effects of chemically and mycosynthesized AgNPs were examined at various concentrations in vitro against six pathogenic bacteria and 4 pathogenic fungi by agar well diffusion technique. Standard antibiotics; Gentamicin, Amoxicillin, Clotrimazole, and Nystatin at 5 μg/disk were taken as positive controls, while 5% DMSO was used as the negative control. Our data revealed that the application of mycogenic AgNPs at a concentration of 100 ppm resulted in maximum inhibition of pathogenic bacteria and fungi. These data suggest that AgNPs from native isolates of *Trichoderma atroviride* (MH283876) offer a source of rapid synthesis of eco-friendly, economical biomaterials that show antimicrobial activities.

Keywords: Antimicrobial; endobionts; mycogenic AgNPs; Saint Katherine Protectorate

This work is licensed under a Creative Commons Attribution 4.0 International License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.
1 Introduction

Based on their unique features, nanoparticles (NPs) are characterized by small with a large surface area and application in diverse fields, the fabrication of matter at the nanoscale (1-100 nm) has been improving rapidly in the last decade [1-3]. Besides chemical or physical methods or nano-synthesis of NPs by microorganisms and higher plants, fungi (myconanotechnology) came recently to attract the scientist's attention for the production of NPs [4-13]. Besides having a rich repertoire of enzymes, the use of fungi offers distinct advantages including ease of maintenance and scaling [14-16]. Due to the changes placed upon the ecosystems the number of plant species that are becoming extinct is increasing rapidly [17]. It has been shown that endophytic fungi can help in the conservation of plants as a sustainable source of biological resources [18]. Among NPs, the AgNPs have been produced that offer potent antimicrobial activity against an array of plant and animal pathogens and their inclusion in wound dressing has enhanced wound healing [19, 20]. Biogenic AgNPs have been widely applied in control of infection, in food and water preservation and in various cosmetic, pharmaceutical and medical products [21-23].

Endobiontic fungi are microfungi that host plant tissue without any apparent pathological symptoms intercellularly and/or intracellularly [18, 24, 25]. To be able to sustain steady symbiosis, endophytes develop chemical substances that enhance the development of plants and benefit them to acclimatise better to the harsh environment [26]. As a treasure mine of bioactive metabolites, endophytic fungi considered a sustainable source of various natural products viz: quinones, saponins, alkaloids, steroids, phenolic acids, terpenoids, and tannins that exhibit antimicrobial and anticancer properties [27]. Medicinal plants and their endophytes constitute a significant supply of over 80% of the natural drugs, bioactive compounds & secondary metabolites, worldwide [18, 28].

Recently a “bioprospecting” term was applied to refer an old practice for searching useful bioactive compounds and other potentially valuable biochemical products from nature [28, 29]. Recently, fungi included in the interest of biotechnology as organisms important not only for the crucial roles they undertake in nature as recyclers but because of their immense importance to the ecosystem components especially humans [30]. The scientific community worldwide in the last two decades concentrated on the fungal endophytes as a sustainable and eco-friendly source for the production of bioactive metabolites that may be effective candidates for the first-class drugs for the treatment of human diseases. It was recently indicated that endophytic fungi produce about 51% of new bioactive substances in comparison with 38% came from terricolous fungi. During the selection of the hosting plants of endophytic fungi, unique environments, diversity, ethnobotanical history and endemicity should be considered during selection and sampling processes [28, 29]. The mountainous region of southern Sinai exhibits greater biodiversity than the rest of Egypt, and 4350 km² of this area was declared a Protectorate in 1996 [31]. In South Sinai, Bedouin’s traditional folk medicine depends upon approximately 170 plant species that inhabit the area [32]. The associated endophytic fungi of medicinal and/ or endemic plants are ideal for the synthesis of nanoparticles due to the ease of large-scale production in bioreactors compared to plants that require more sophisticated preparation [33] and because downstream processing is more manageable [19].

Endophytes have been most widely studied for their ability to develop antibacterial, antioxidant, antifungal, and antidiabetic compounds and their ability to synthesis nanoparticles has also been described to some extent [34-36]. The development of an eco-friendly and reliable process for the green synthesis of nanoparticles is a huge step in the application of nanotechnology. One approach with immense potential is based on the mycosynthesis of nanoparticles by plant hosting microfungi (endophytes).

During our continuous bioprospecting of endophytic fungi in Saint Katherine Protectorate, fungal endobionts hosted four wild medicinal plants were isolated and surveyed for their capability to green synthesize AgNPs. Trichoderma atroviride hosted in Chiladenus montanus, the most potent taxon for production was selected. The mycosynthesized AgNPs were characterized using UV-vis (UV-vis), Raman
spectroscopy, X-ray diffraction (XRD) and high-resolution transmission electron microscopy (HRTEM). The antibacterial and antifungal efficacy of the mycosynthesized AgNPs was studied against phyto and human pathogenic bacteria (Staphylococcus aureus, Bacillus cereus, Escherichia coli, Klebsiella pneumoniae, Shigella flexneri, and Salmonella typhimurium), yeast (Candida albicans) and filamentous fungi (Aspergillus brasiliensis, A. niger and Fusarium oxysporum).

2 Materials and Methods

2.1 Plant Sampling and Isolation of Endophytic Fungi

One hundred samples representing the four-plant species under investigation were collected from Wadi Itlah, Wadi Tala and Wadi El-Arbaein respectively. Aerial parts (25 samples/plant) from Chiliadenus montanus (Vahl) Brullo; Origanum syriacum L.; Verbascum sinaiticum Benth and Artemisia herba-alba Asso were sampled according to Abdel-Azeem et al. [18]. For isolation of endophytic microfungi, small parts of the aerial parts of each plant were surface-sterilized according to Abdel-Azeem et al. [28]. Sterilized pieces were plated out on 400 petri dishes with 4 different isolation media supplemented with a bacteriostatic and a bactericidal to suppress bacterial growth and incubated at 28°C [28].

2.2 Phenotypic Identification

Relevant identification keys were used for phenotypic identification of the recovered microfungi e.g., for Penicillium [37], Aspergillus [38], dematiaceous hyphomycetes [39, 40], Fusarium [41], different taxa [42], ascomycetes of soil [43], Chaetomium [44] and Alternaria [45]. Taxonomic position, assignments and name corrections of all recovered taxa were compared with the Index Fungorum Partnership [46].

2.3 AgNPs Synthesis

2.3.1 Synthesis of Mycogenic AgNPs

Capabilities of ten taxa with a high frequency of occurrence, among all recovered taxa, for the biosynthesis of Ag-NPs have been surveyed. Taxa were Alternaria alternata; A. atra; Aspergillus flavus; A. niger; Curvularia lunata; Fusarium oxysporum; Nigrospora oryzae; Trichoderma atroviride; Chaetomium globosum and Penicillium chrysogenum. The selected species were grown on slants of potato dextrose agar at room temperature for two weeks and then maintained at 4°C until required. The fungi were subsequently cultured in 250-mL Erlenmeyer flasks containing 100 mL potato dextrose broth (PDB) at 25°C on a shaker at a speed of 120 rpm for 5 days. The biomass was harvested by separation through a plastic sieve. To remove any medium components, the mycelium of each taxon was washed with sterilized distilled water three times. Subsequently, in 500 mL Erlenmeyer flasks, 20 g of biomass was mixed with 200 ml of sterilized deionized water and agitated under the same conditions for 72 h at 25°C. The flask content was filtered through sterilized Whatman® qualitative filter paper, grade 1 and the filtrate was used for the synthesis of myconanoparticles. 50 ml of 1 mM AgNO₃ solution was mixed and agitated in the dark at 25°C with 50 ml of cell filtrate in a 250 ml Erlenmeyer flask for the production of AgNPs. For comparison, control consists of biomass filtrate only without the silver ions was included in the experiment [47].

2.3.2 Synthesis of Chemical AgNPs

In order to compare mycogenic synthesized AgNPs with chemically synthesized AgNPs, the latter AgNPs were prepared according to Fang et al. [48].

2.4 Characterization of AgNPs

Visual observation of the colour change of the cell filtrate was used as a preliminary detection of AgNPs. Positive samples were subjected to optical measurements by using a Perkin Elmer UV-Vis Spectrophotometer (Jasco V-570) and scanning the spectra between 300 and 700 nm at a resolution of
1 nm. The morphology of the samples was studied via high-resolution transmission electron microscopy (HRTEM) on JEOL JEM 2100 (JEOL, Japan) at an accelerating voltage of 200 kV. Selected area electron diffraction (SAED) was performed using HRTEM. The obtained nanomaterials were examined by X-ray diffraction, (XRD, Shimadzu XD-1 diffractometer) with Cu Kα radiation (λ = 0.15406 nm). Raman spectra were measured by the dispersive Raman microscope (Model Sentera, Bruker, Germany), the laser wavelength was 532 nm (doubled Nd: YAG laser (neodymium-doped yttrium aluminum garnet) at 10 mW power.

2.5 Molecular Identification

As a potent taxon for the production of AgNPs, Trichoderma atroviride was molecularly identified. The CTAB extraction procedure [49] was applied to extract rDNA. Amplification of the internal transcribed spacer (ITS) region of rDNA was applied by PCR [50] using the primer combination of ITS1F/ITS2 according to Abdel-Azeem et al. [51]. By using Geneious 9.0 [52] software a consensus sequence was assembled and compared to those deposited in GenBank using BLASTn for identification.

2.6 Antimicrobial Activity of AgNPs

The potentiality of chemically and mycogenic AgNPs against bacteria were determined against six pathogenic bacteria (S. aureus ATCC 29213, B. cereus ATCC 6629, E. coli ATCC 25922, K. pneumoniae ATCC 13883, Sh. flexneri ATCC 12022, and S. Typhimurium ATCC 14028) by agar well diffusion technique [53]. For determination of the antibacterial activity mycosynthetic AgNPs, the diameter of the inhibition zone after 24 h of incubation at 37°C was measured. The antifungal activities were determined against four fungal taxa (Candida albicans ATCC10231, Aspergillus brasiliensis ATCC 16404, Aspergillus niger ATCC 16404, and Fusarium oxysporum f. sp. lycopersici SCFUN1965). Taxa of pathogenic bacteria and fungi were obtained from the international microbial centers (American Type Culture Collection (ATCC) and Suez Canal University Fungarium (SCUF)). For the preparation of the AgNPs’ colloidal solution, AgNPs dissolved in 5% dimethyl sulfoxide (DMSO, 100 ppm/mL) and samples were sonicated for 15 min at 28°C. Four standard antibiotics (Gentamicin, Amoxicillin, Clotrimazole, and Nystatin) with a concentration of 5 μg/disk were taken as positive controls and negative control was represented by 5% DMSO and incubated at 37°C. Inhibition zones were recorded after 24 h for C. albicans and 72 h for filamentous fungi. Triplicates of each sample were used and by measuring the inhibition zone, both antibacterial and antifungal activities were determined.

3 Results and Discussion

During the whole study 20 species with a total number of 636 fungi and 1 yeast colony-forming units (CFU) were recovered and deposited in the Fungarium of Suez Canal University (SCUF). Recovered taxa belonged to three phyla, five classes, eight orders, nine families and incerta sedis were recorded among higher taxonomic levels (orders and families). The order Eurotiales was most represented by accommodating the highest range of species (7 species). Pleosporales came second including 4 species followed by Hypocreales (3 species). The lowest range of species was recorded in the remaining orders by one or two species. Family Aspergillaceae had the highest contribution to the recovered taxa (7/20) followed by Pleosporaceae (4 species). The rest of the families were represented only by one taxon.

Anamorphic Ascomycota recorded 15 species which represented 75% of the total taxa followed by teleomorphic Ascomycota (3 species, 15%), Basidiomycota (1 species, 5%) and one species of Zygomycota, namely, Syncphalastrum racemosum representing 5% of the 20 species recovered. Taxonomically recovered taxa belonged to 17 genera where Aspergillus and Penicillium were dominated over the isolated genera. Aspergillus came first (4 species including the sexual stage of Emericella; 36.66% of the total isolates) followed by Penicillium (3 species including the asexual stage of Talaromyces; 15%) and the rest of taxa were showed only one or two species each. Concerning the association between endophytic fungi and medicinal host plants (Tab. 1), Artemisia herba-alba and
Origanum syriacum hosted the highest fungal richness represented by 16 species each followed by Verbascum sinaiticum (13 species) and Chiliadenus montanus (11 species). Based on the total CFU, Origanum syriacum came first among all studied plants by recording (167 CFU), while Verbascum sinaiticum hosted the lowest count (156 CFU).

The sequence obtained from the T. atroviride isolate was 575 bp in length (Fig. 1). The T. atroviride sequence was checked against the NCBI database using the BLAST homology search, and ITS data of the T. atroviride isolate was 100% identical to GenBank data. Native T. atroviride was deposited in the GenBank database with an accession number of MH283876 (Fig. 2). Our work revealed that the counts of endophytic fungal populations recovered from endemic plants in Saint Katherine Protectorate were relatively moderate. This result is in agreement with various studies viz. Selim et al. [54, 55], Abdel-Azeem et al. [18, 56]. Some taxa like Chaetomium globosum, Alternaria alternata, and Nigrospora oryzae were recorded as common species hosted in the plants under investigation. These associations

| Species                          | Source | TC  | NCI  | %F  |
|----------------------------------|--------|-----|------|-----|
| Alternaria alternata (Fr.) Keissl.| A 41  | C 22 | O 10 | V 42 | 10.5 |
| Aspergillus niger Tiegh.         | A 6   | C 18 | O 30 | V 40 | 10   |
| Nigrospora oryzae (Berk. & Broome) Petch | A 9  | C 15 | O 17 | V 22 | 6.25 |
| Aspergillus flavus Link          | A 9   | C 18 | O 19 | V 11 | 7.25 |
| Chaetomium globosum Kunze        | A 8   | C 27 | O 8  | V 11 | 6.75 |
| Fusarium oxysporum Schldl.       | A 17  | C 9  | O 14 | V 9  | 6.5  |
| Penicillium chrysogenum Thom     | A 25  | C 8  | O 9  | V 7  | 6.5  |
| Trichoderma atroviride P. Karst. | A 11  | C 22 | O 6  | V 8  | 5.5  |
| Alternaria atra (Preuss) Woudenb. & Crous | A 6  | C 7  | O 14 | V 11 | 5   |
| Curvularia lunata (Wakker) Boedijn | A 7   | C 9  | O 11 | V 12 | 5   |
| Cladosporium cladosporioides (Fresen.) DeVries | A 5  | C 0  | O 12 | V 0  | 2.25 |
| Aspergillus nidulans (Eidam) G. Winter | A 0  | C 0  | O 10 | V 0  | 1.5  |
| Penicillium brevicipactum Dierckx | A 7   | C 0  | O 2  | V 9  | 1.25 |
| Talaromyces stipitatus C.R. Benj. | A 0   | C 0  | O 10 | V 10 | 1.75 |
| Sarocladium strictum (W.Gams) Summerb. | A 2   | C 0  | O 2  | V 4  | 0.5  |
| Syncephalastrum racemosum Cohn ex J. Schrö. | A 0  | C 2  | O 2  | V 4  | 0.5  |
| Lasiodiplodia theobromae (Pat.) Griffon & Maubl. | A 1  | C 0  | O 2  | V 3  | 0.5  |
| Aspergillus terreus Thom          | A 2   | C 0  | O 0  | V 2  | 0.5  |
| Exserohilum monoceras (Drechsler) K.J. Leonard & Suggs | A 0  | C 0  | O 2  | V 2  | 0.25 |
| Phanerodontia chrysosporium (Burds.) Hjortstam & Ryvarden | A 1  | C 0  | O 0  | V 1  | 0.25 |
| Yeast                            | A 0   | C 0  | O 1  | V 0  | 0.25 |
| Total                            |        | 157 | 157 | 167 | 156 | 637 |

Fungal species richness per plant 16 11 16 13 20 species

Note: where, TC = Total Count, NCI = Number of cases of isolation, %F = Percentage of frequency, A = Artemisia herba-alba, C = Chiliadenus montanus, O = Origanum syriacum, and V = Verbascum sinaticum.
may be referred to as the chemical compositions of the host plants [30]. Some plants in Saint Katherine Protectorate tolerated adverse environmental conditions, e.g., water stress, altitude, and evaporation which reflected on the production of various chemical compounds by their hosted endophytic fungi [18, 29, 56].

A comprehensive study on the biosynthesis of silver nanoparticles by natural mycogenic extracts from Alternaria alternata, Aspergillus flavus, Aspergillus niger, Curvularia lunata, Fusarium oxysporum,

Figure 1: ITS sequence of *T. atroviride* (SCUF-1511- MH283876) isolate and the alignments among 60 similar *Trichoderma* species
Nigrospora oryzae, Trichoderma atroviride, Chaetomium globosum, and Penicillium chrysogenum are described in this work. The aqueous silver ions were reduced to silver nanoparticles when added to the mycogenic extract of the former fungal species. It was observed that the colour of the solution turned from yellow to bright yellow and then to dark brown, which indicated the formation of silver nanoparticles.

Due to their ability to secret reducing and stabilizing components, fungi are one of the most efficient and promising producers of AgNPs [57]. As an effective technique, UV–Vis spectroscopy considered a well prominent to monitor the development and stability of AgNPs. The limiting factors of the λmax of silver nanoparticles colloidal in the visible region are the size and the shape of these particles. The absorption peak was observed at approximately 416.6 nm due to surface plasmon resonance (SPR) for AgNPs (Fig. 3). The intensity, shape, and position of the SPR band are highly affected by the dielectric constant of the medium of silver nanoparticles (the size, shape, and dispersity) as mentioned in Mie's theory [58, 59]. The intensity of SPR shown in Fig. 1 indicates that the formation of the AgNPs was more intense in the mycogenic extract than in the chemically synthesised sample. The absorption peak of the Ag-mycogenic sample shifted to smaller wavelengths, indicating more homogeneous particles than the chemical sample [60].

The HRTEM images of the mycogenic AgNPs are presented in Fig. 4a. The phenomenology of silver nanoparticles was found to be spherical in shape and ranged between 10 to 15 nm. The nanoparticles were not in direct contact and were surrounded by a thin layer of organic material, indicating mycogenic stabilization of silver nanoparticles. Previous studies carried by various investigators showed that spherical nanoparticles are highly stable thermodynamically due to preservation by a sufficient amount of
After HRTEM the spherical silver nanoparticles showed lattice spacing of 0.238 nm associated with (111) plane (Fig. 4b). The selected area electron diffraction pattern (SAED) in Fig. 4d exhibited the high crystallinity of silver nanoparticles approved by following XRD diffraction patterns.

Figure 5a shows the XRD patterns of mycogenic AgNPs. It can be seen that the silver phase (JCPDS no. 00-004-0783) with lattice planes structure (111), (200), (220), (311) correspond to 2\(\theta\) values of 38.12°, 44.31°, 64.44° and 77.39°, respectively. The mean size of silver nanoparticles was calculated to be 28.7 nm by Scherrer’s equation [62, 63], which was compatible with the TEM images. Also, the d-spacing of (111) plane is 2.36 Å, which complemented the value observed by HRTEM.

Various studies confirmed that Raman spectroscopy is a useful and important technique for the characterization of the molecules present on the surface of AgNPs. Lin-Vien [64] mentioned that vibrational bands of the Raman spectra are of the great significance of the determination of the secondary structure of the biomolecules [64]. The results obtained by Raman scattering (Fig. 5b), shows that C=O, which is adsorbed on the surface of silver nanoparticles, was confirmed by the presence of the peak at 1345 cm\(^{-1}\). A peak at 1570.5 cm\(^{-1}\) was also observed. This refers to the presence of essential amino acids with aromatic side chains [65, 66]. The band at 236 cm\(^{-1}\) refers to Ag-OCO- [67]. These peaks clearly present the molecules on the mycogenic AgNPs surface.

The antimicrobial activity of both AgNPs (chemically and mycogenic synthesized by T. atroviride) was examined against various pathogenic organisms as mentioned in materials and methods by using the good diffusion method. The diameter of the inhibition zones (mm) around each well-containing silver nanoparticles solution is represented in Fig. 6.
The silver nanoparticles showed potent antibacterial activity and to a lesser extent antifungal activity. The mycogenic silver nanoparticles showed significant (P < 0.05) antifungal activity against Candida albicans, and Aspergillus sp. especially in 100 ppm concentration. While the Fusarium oxysporum f. sp. lycopersici showed a complete resistance towards both the mycogenic and chemical AgNPs (Fig. 6j). In regard to antibacterial activity, the mycogenic AgNPs effectively inhibited most of the bacterial growth at high and intermediate concentrations; 100 and 50 ppm respectively (Figs. 6a–6f). The most prominent inhibition zones were achieved with Klebsiella pneumoniae (Fig. 6c), Shigella flexneri (Fig. 6e), Salmonella typhimurium (Fig. 6f), and Escherichia coli (Fig. 6b). With these bacterial strains, the mycogenic AgNPs had a more significant antibacterial effect than the chemical AgNPs of the same concentration. It was also noticed that the mycogenic AgNPs can only stop the growth of Staphylococcus aureus, and Bacillus cereus (Figs. 6a and 6d) at high concentrations (100 ppm). Finally, the mycogenic AgNPs showed antimicrobial activities with efficiencies comparable to the positive controls, especially toward Gentamicin and Amoxicillin for pathogenic bacteria and Clotrimazole and Nystatin for pathogenic fungi.

Figure 6: Illustrates the comparative results of antibacterial activities of mycogenic and chemical AgNPs (25 ppm, 50 ppm, 100 ppm) by agar well diffusion technique. Clotrimazole (Cl), Nystatin (Ny), Gentamicin (Ge), and Amoxicillin (Am) were used as positive controls for the Gram-positive bacteria, Gram-negative bacteria, yeasts, and fungi, respectively. Data represented are the mean of triplicates. Means with different letters are significantly different according to Smarts at P < 0.05.

The silver nanoparticles showed potent antibacterial activity and to a lesser extent antifungal activity. The mycogenic silver nanoparticle showed significant (P < 0.05) antifungal activity against Candida albicans, and Aspergillus sp. especially in 100 ppm concentration. While the Fusarium oxysporum f. sp. lycopersici showed a complete resistance towards both the mycogenic and chemical AgNPs (Fig. 6j). In regard to antibacterial activity, the mycogenic AgNPs effectively inhibited most of the bacterial growth at high and intermediate concentrations; 100 and 50 ppm respectively (Figs. 6a–6f). The most prominent inhibition zones were achieved with Klebsiella pneumoniae (Fig. 6c), Shigella flexneri (Fig. 6e), Salmonella typhimurium (Fig. 6f), and Escherichia coli (Fig. 6b). With these bacterial strains, the mycogenic AgNPs had a more significant antibacterial effect than the chemical AgNPs of the same concentration. It was also noticed that the mycogenic AgNPs can only stop the growth of Staphylococcus aureus, and Bacillus cereus (Figs. 6a and 6d) at high concentrations (100 ppm). Finally, the mycogenic AgNPs showed antimicrobial activities with efficiencies comparable to the positive controls, especially toward Gentamicin and Amoxicillin for pathogenic bacteria and Clotrimazole and Nystatin for pathogenic fungi.
Many reports discuss the promising approach of AgNPs for the development of novel antimicrobial compounds [68-72]. The findings from our antimicrobial studies, which are in accordance with the findings of many authors, confirm the possibility of achieving a higher inhibition rate toward a broad range of pathogenic microbes, even with a lower concentration [73-75]. Several mechanisms are combined in describing the antibacterial effect of AgNPs against many types of pathogenic bacteria. Dorau and his co-authors [76] found that AgNPs are responsible for bacterial cell lysis by inhibiting sulfhydryl group formation in the cell wall and disrupting membrane-bound enzymes. It has also been reported that such progression is associated with interrupting the respiratory chain and cell division or raising the rate of ROS formation such as hydroxyl radicals and superoxides [77, 78]. In fact, many reports proved that the activity of AgNPs is size-dependent [79, 80]. A direct correlation has been recorded between AgNP concentration and the antibacterial effect and was found to be bacterial class-dependent [80, 81]. Feng et al. [82] and Fayaz et al. [83] found that the susceptibility of AgNPs against Gram-negative and Gram-positive bacteria is probably due to the variation in the chemical structure of the bacterial cell walls.

The mycogenic AgNPs showed significant antifungal activity, and our data in matching with those obtained from Kim et al. [84], Lamsal et al. [85], Panáček et al. [86] and Elgorban et al. [87] who proved that AgNPs had a significant effect on the plant pathogenic fungi; *Raffaelea* and *Colletotrichum* and *Candida* species. This is possibly due to the high affinity of AgNPs to attack and adhere to fungal mycelium, significantly destructing the membrane integrity, and thus controlling the plant pathogen [88]. However, the mechanism of antifungal activity of AgNPs still needs further investigation.

4 Conclusion

The point that microbial resistance to elemental silver is rare [88] draws attention to the raised desire for applying AgNPs as a powerful antimicrobial agent in biomedical applications. The increase in the literature, including our own study, on this issue, will help drive future research and development of cost-effective metallic nanoparticle synthesis, with required therapeutic effects. The mycogenic AgNPs synthesized by *Trichoderma atroviride* were characterized and showed potential antifungal and antibacterial activity, noted through growth inhibition of most fungal and bacterial species (Fig. 7). Moreover, we conclude a direct connection regarding the concentration of AgNPs and its antimicrobial potential.

![Figure 7: Schematic on green synthesis of AgNPs by *Trichoderma atroviride* hosted *Chiliadenus montanus*](image-url)
Our study shows the necessity of exploring more environments and examination of its microfungal community to find novel or safe biological products with therapeutic applications. This research is a necessity to impact the global threat of microbial resistance to the majority of the recognized commercially accessible medicines.

Acknowledgement: The authors would like to thank Professor Robert A. Blanchette and Dr. Benjamin W. Held (Plant Pathology Department, University of Minnesota, USA) for providing the molecular identification of the taxon and the two anonymous reviewers for their valuable suggestions. We also extend our thanks to Prof. Abdelghafar M. Abu Elsaoud (Department of Botany, Faculty of Science, University of Suez Canal) for his help during statistical analyses.

Conflicts of Interest: The authors declare that they have no conflicts of interest to report regarding the present study.

References
1. Rao, M., Jha, B., Jha, A. K., Prasad, K. (2017). Fungal nanotechnology: a pandora to agricultural science and engineering. In: Prasad, R., ed. Fungal Nanotechnology. Cham: Springer, 295. DOI 10.1007/978-3-319-68424-6_1.
2. El-Maghrabi, H. H., Abdelmaged, S. M., Nada, A. A., Zahran, F., El-Wahhab, S. A. et al. (2017). Magnetic graphene based nanocomposite for uranium scavenging. Journal of Hazardous Materials, 322, 370–379. DOI 10.1016/j.jhazmat.2016.10.007.
3. El-Maghrabi, H. H., Barhoum, A., Nada, A. A., Moustafa, Y. M., Seliman, S. M. et al. (2018). Synthesis of mesoporous core-shell CdS@TiO₂ (0D and 1D) photocatalysts for solar-driven hydrogen fuel production. Journal of Photochemistry and Photobiology A: Chemistry, 351, 261–270. DOI 10.1016/j.jphotochem.2017.10.048.
4. Mahendra, R., Alka, Y., Bridge, P., Aniket, G. (2009). Myconanotechnology: a new and emerging science. In: Rai, M., Bridge, P. D., eds. Applied Mycology. Wallingford: CABI, 258–267. DOI 10.1079/9781845935344.0258.
5. Abou El-Nour, K. M. M., Eftaiha, A., Al-Warthan, A., Ammar, R. A. A. (2010). Synthesis and applications of silver nanoparticles. Arabian Journal of Chemistry, 3(3), 135–140. DOI 10.1016/j.arabjc.2010.04.008.
6. Raza, M., Kanwal, Z., Rauf, A., Sabri, A., Riaz, S. et al. (2016). Size- and shape-dependent antibacterial studies of silver nanoparticles synthesized by wet chemical routes. Nanomaterials, 6(4), 74. DOI 10.3390/nano6040074.
7. Nada, A. A., Tantawy, H. R., Elsayed, M. A., Bechelany, M., Elmowafy, M. E. (2018). Elaboration of nano titaniamagnetic reduced graphene oxide for degradation of tartrazine dye in aqueous solution. Solid State Sciences, 78, 116–125. DOI 10.1016/j.solidstatesciences.2018.02.014.
8. El-Maghrabi, H. H., Nada, A. A., Diab, K. R., Youssef, A. M., Hamdy, A. et al. (2018). Facile fabrication of NiTiO₃/graphene nanocomposites for photocatalytic hydrogen generation. Journal of Photochemistry and Photobiology A: Chemistry, 365, 86–93. DOI 10.1016/j.jphotochem.2018.07.040.
9. El-Maghrabi, H. H., Al-Kahlawy, A. A., Nada, A. A., Zaki, T. (2018). Photocorrosion resistant Ag₂CO₃@Fe₂O₃/TiO₂-NT nanocomposite for efficient visible light photocatalytic degradation activities. Journal of Hazardous Materials, 360, 250–256. DOI 10.1016/j.jhazmat.2018.08.002.
10. Jha, A. K., Kumar, V., Prasad, K. (2011). Biosynthesis of metal and oxide nanoparticles using orange juice. Journal of Biotechnology, 5(2), 162–166. DOI 10.1166/jbns.2011.1053.
11. Sowani, H., Mohite, P., Munot, H., Shouche, Y., Bapat, T. et al. (2016). Green synthesis of gold and silver nanoparticles by an actinomycete Gordonia amicalis HS-11: mechanistic aspects and biological application. Process Biochemistry, 51(3), 374–383. DOI 10.1016/j.procbio.2015.12.013.
12. Ahmed, S., Ahmad, M., Swami, B. L., Ikram, S. (2016). A review on plants extract mediated synthesis of silver nanoparticles for antimicrobial applications: a green expertise. Journal of Advanced Research, 7(1), 17–28. DOI 10.1016/j.jare.2015.02.007.
13. Prasad, R., Kumar, M., Kumar, V. (2017). Nanotechnology: an agricultural paradigm. Singapore: Springer.
14. Ingle, A., Gade, A., Pierrat, S., Sonnichsen, C., Rai, M. (2008). Mycosynthesis of silver nanoparticles using the fungus Fusarium acuminatum and its activity against some human pathogenic bacteria. *Current Nanoscience, 4*(2), 141–144. DOI 10.2174/157341308784340804.

15. Honary, S., Gharaei-Fathabad, E., Barabadi, H., Naghibi, F. (2013). Fungus-mediated synthesis of gold nanoparticles: a novel biological approach to nanoparticle synthesis. *Journal of Nanoscience and Nanotechnology, 13*(2), 1427–1430. DOI 10.1166/jnn.2013.5989.

16. Yadav, A., Kon, K., Kratosova, G., Duran, N., Ingle, A. P. et al. (2015). Fungi as an efficient mycosystem for the synthesis of metal nanoparticles: progress and key aspects of research. *Biotechnology Letters, 37*(11), 2099–2120. DOI 10.1007/s10529-015-1901-6.

17. Cruz-Cruz, C., González-Arnao, M., Engelmann, F. (2013). Biotechnology and conservation of plant biodiversity. *Resources, 2*(2), 73–95. DOI 10.3390/resources2020073.

18. Abdel-Azeem, A., Omran, M., Mohamed, R. (2018). Evaluation of the curative probability of bioactive metabolites from endophytic fungi isolated from some medicinal plants against paracetamol-induced liver injury in mice. Saarbrücken: LAP LAMBERT Academic Publishing.

19. Singh, T., Jyoti, K., Patnaik, A., Singh, A., Chauhan, R. et al. (2017). Biosynthesis, characterization and antibacterial activity of silver nanoparticles using an endophytic fungal supernatant of Raphanus sativus. *Journal of Genetic Engineering and Biotechnology, 15*(1), 31–39. DOI 10.1016/j.jgeb.2017.04.005.

20. Zamani, M., Prabhakaran, M., Ramakrishna, S. (2013). Advances in drug delivery via electrospun and electrosprayed nanomaterials. *International Journal of Nanomedicine, 8*, 2997–3017.

21. Kokura, S., Handa, O., Takagi, T., Ishikawa, T., Naito, Y. et al. (2010). Silver nanoparticles as a safe preservative for use in cosmetics. *Mycosynthesis, Nanotechnology, Biology and Medicine, 6*(4), 570–574. DOI 10.1016/j.mbb.2010.03.029.

22. Gouda, S., Das, G., Sen, S. K., Shin, H. S., Patra, J. K. (2016). Endophytes: a treasure house of bioactive compounds of medicinal importance. *Frontiers in Microbiology, 7*(148), 1538. DOI 10.3389/fmicb.2016.01538.

23. Verma, V. C., Kharwar, R. N., Strobel, G. A. (2009). Chemical and functional diversity of natural products from plant associated endophytic fungi. *Natural Products Communications, 4*, 1511–1532.

24. Abdel-Azeem, A. M., Salem, F. M. (2012). Biodiversity of laccase producing fungi in Egypt. *Mycosphere, 3*(6), 900–920. DOI 10.5943/mycosphere/3/6/4.

25. Salem, F., Abdel-Azeem, A. (2014). Screening of anticancer metabolites produced by endophytic fungi of some medicinal plants in Saint Katherine Protectorate. Saarbrücken: LAP LAMBERT Academic Publishing.

26. Strobel, G., Daisy, B. (2003). Bioprospecting for microbial endophytes and their natural products. *Microbiology and Molecular Biology Reviews, 67*(4), 491–502. DOI 10.1128/MMBR.67.4.491-502.2003.

27. Zalat, S., Gilbert, F., Fadel, H., El-Hawagry, M. S., Saleh, M. et al. (2008). Biological explorations of Sinai: flora and fauna of Wadi Isla and Hebran, St Katherine Protectorate, Egypt. *Egyptian Journal of Natural History, 5*, 6–15.

28. Fayed, A., Shaltout, K. (2004). *Flora of Saint Catherine protectorate, final report and floristic survey of the Mountainous Southern Sinai: Saint Katherine Protectorate*. Egypt: UNDP.
34. Musarrat, J., Dwivedi, S., Singh, B. R., Al-Khedhairy, A. A., Azam, A. et al. (2010). Production of antimicrobial silver nanoparticles in water extracts of the fungus Amylomyces rouxii strain KSU-09. Bioresource Technology, 101(22), 8772–8776. DOI 10.1016/j.biortech.2010.06.065.

35. Raheman, F., Deshmukh, S., Ingle, A., Gade, A., Rai, M. (2011). Silver nanoparticles: novel antimicrobial agent synthesized from an endophytic fungus pestalotia sp. isolated from leaves of Syzygium cumini (L). Nano Biomedicine and Engineering, 3, 174–178. DOI 10.5101/nbe.v3i3.p174-178.

36. Sogra Fathima, B., Balakrishnan, R. M. (2014). Biosynthesis and optimization of silver nanoparticles by endophytic fungus Fusarium solani. Materials Letters, 132, 428–431. DOI 10.1016/j.matlet.2014.06.143.

37. Pitt, G. I. (1979). The genus Penicillium and its teleomorphic states Eupenicillium and Talaromyces. London, New York: Academic Press.

38. Klich, M. A. (2002). Identification of common Aspergillus species. Utrecht: Centraal bureau voor Schimmel cultures.

39. Ellis, M. B. (1971). Dematiaceous hyphomycetes. Kew: Commonwealth Mycological Institute.

40. Ellis, M. B. (1976). More Dematiaceous hyphomycetes. Kew: Commonwealth Mycological Institute.

41. Leslie, J. F., Summerell, B. A. (2006). The Fusarium laboratory manual. AMES: Blackwell Publishers.

42. Domsch, K. H., Gams, W., Anderson, T. H. (2007). Compendium of soil fungi. Eching: IHW-Verl.

43. Guarro, J., Gene, J., Stchigel, A. M., Figueras, M. J. (2012). Atlas of soil ascomycetes. Utrecht: CBS-KNAW Fungal Biodiversity Centre.

44. Doveri, F. (2013). An additional update on the genus Chaetomium with descriptions of two coprophilous species, new to Italy. Mycosphere, 4(4), 820–846. DOI 10.5943/mycosphere/4/4/17.

45. Simmons, E. G. (2007). Alternaria: an identification manual. Utrecht: Centraal Bureau Voor Schimmel Cultures.

46. Kirk, P. M. (2019). Index fungorum - search page. http://www.indexfungorum.org/Names/Names.asp.

47. Basavaraja, S., Balaji, S. D., Lagashetty, A., Rajasab, A. H., Venkataraman, A. (2008). Extracellular biosynthesis of silver nanoparticles using the fungus Fusarium semitectum. Materials Research Bulletin, 43(5), 1164–1170. DOI 10.1016/j.materresbull.2007.06.020.

48. Fang, J., Zhong, C., Mu, R. (2005). The study of deposited silver particulate films by simple method for efficient SERS. Chemical Physics Letters, 401(1–3), 271–275. DOI 10.1016/j.cplett.2004.11.055.

49. Arenz, B. E., Blanchette, R. A. (2011). Distribution and abundance of soil fungi in Antarctica at sites on the Peninsula, Ross Sea Region and McMurdo Dry Valleys. Soil Biology and Biochemistry, 43(2), 308–315. DOI 10.1016/j.soilbio.2010.10.016.

50. White, T., Bruns, T., Lee, S., Taylor, J. (1990). Amplification and direct sequencing of fungal ribosomal RNA genes for phylogenetics. In: Innis, M., Gelfand, D., Shinsky, J., White, T., eds. PCR protocols: a guide to methods and applications. New York: Academic Press, 315–322.

51. Abdel-Azeem, A., Held, B. W., Richards, J. E., Davis, S. L., Blanchette, R. A. (2019). Assessment of biodegradation in ancient archaeological wood from the middle cemetery at abydos, Egypt. PLoS One, 4(3), e0213753. DOI 10.1371/journal.pone.0213753.

52. Kearse, M., Moir, R., Wilson, A., Stones-Havas, S., Cheung, M. et al. (2012). Geneious basic: an integrated and extendable desktop software platform for the organization and analysis of sequence data. Bioinformatics, 28(12), 1647–1649. DOI 10.1093/bioinformatics/bts199.

53. Valgas, C., De Souza, S. M., Smânia, E. F. A., Artur Smânia, J. (2007). Screening methods to determine antibacterial activity of natural products. Brazilian Journal of Microbiology, 38(2), 369–380. DOI 10.1590/S1517-83822007000200034.

54. Selim, K. A., El-Beih, A. A., AbdEl-Rahman, T. M., El-Diwany, A. I. (2011). Biology of endophytic fungi. Current Research in Environmental & Applied Mycology, 2(1), 31–82. DOI 10.5943/cream/2/1/3.

55. Selim, K. A., El-Beih, A. A., AbdEl-Rahman, T. M., El-Diwany, A. I. (2014). Biological evaluation of endophytic fungus, Chaetomium globosum IN711454, as potential candidate for improving drug discovery. Cell Biochemistry and Biophysics, 68(1), 67–82. DOI 10.1007/s12013-013-9695-4.
56. Abdel-Azeem, A. M., Zaki, S. M., Khalil, W. F., Makhlouf, N. A., Farghaly, L. M. (2016). Anti-rheumatoid activity of secondary metabolites produced by endophytic Chaetomium globosum. *Frontiers in Microbiology, 7*(510879), 1477. DOI 10.3389/fmicb.2016.01477.

57. Narayanan, K. B., Sakhthivel, N. (2011). Facile green synthesis of gold nanostructures by NADPH-dependent enzyme from the extract of *Sclerotium rolfsii*. *Colloids and Surfaces A: Physicochemical and Engineering Aspects, 380*(1-3), 156–161. DOI 10.1016/j.colsurfa.2011.02.042.

58. Templeton, A. C., Pietron, J. J., Murray, R. W., Mulvaney, P. (2000). Solvent refractive index and core charge influences on the surface plasmon absorbance of alkane thiolate monolayer-protected gold clusters. *Journal of Physical Chemistry B, 104*(3), 564–570. DOI 10.1021/jp991889c.

59. Narayanan, K. B., Park, H. H., Sakhthivel, N. (2013). Extracellular synthesis of mycogenic silver nanoparticles by *Cylindrocladium floridanum* and its homogeneous catalytic degradation of 4-nitrophenol. *Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy, 116*, 485–490. DOI 10.1016/j.saa.2013.07.066.

60. Lopes, C. R. B., Courrol, L. C. (2018). Green synthesis of silver nanoparticles with extract of *Mimusops coriacea* and light. *Journal of Luminescence, 199*, 183–187. DOI 10.1016/j.jlumin.2018.03.030.

61. Huang, J. L., Sun, Q., Lu, D., Su, Y., Yang, Y. et al. (2007). Biosynthesis of silver and gold nanoparticles by novel sundried *Cinnamomum camphora* leaf. *Nanotechnology, 18*(10), 105104. DOI 10.1088/0957-4484/18/10/105104.

62. El-Maghrabi, H. H., Nada, A. A., Soliman, F. S., Moustafa, Y. M., Amin, A. E. S. (2016). One pot environmental friendly nanocomposite synthesis of novel TiO$_2$-nanotubes on graphene sheets as effective photocatalyst. *Egyptian Journal of Petroleum, 25*(4), 575–584. DOI 10.1016/j.ejpe.2015.12.004.

63. Nada, A. A., Nasr, M., Viter, R., Miele, P., Roualdes, S. et al. (2017). Mesoporous ZnFe$_2$O$_4$@TiO$_2$ nanofibers prepared by electrospinning coupled to PECVD as highly performing photocatalytic materials. *Journal of Physical Chemistry C, 121*(44), 24669–24677. DOI 10.1021/acs.jpcc.7b08567.

64. Lin-Vien, D. (1991). *The handbook of infrared and Raman characteristic frequencies of organic molecules*. Boston: Academic Press.

65. Yamagami, T., Tanigawa, M., Ishiguro, M., Funatsu, G. (2004). Complete amino acid sequence of chitinase-A from leaves of pokeweed (*Phytolacca americana*). *Bioscience, Biotechnology, and Biochemistry, 62*(4), 825–828. DOI 10.1271/bbb.62.825.

66. Miller, F. A., Mayo, D. W., Hannah, R. W. (2004). *Course notes on the interpretation of infrared and Raman spectra*. Hoboken: Wiley-Interscience.

67. Cai, Y., Piao, X., Gao, W., Zhang, Z., Nie, E. et al. (2017). Large-scale and facile synthesis of silver nanoparticles via a microwave method for a conductive pen. *RSC Advances, 7*(54), 34041–34048. DOI 10.1039/C7RA05125E.

68. Gurunathan, S. (2014). Rapid biological synthesis of silver nanoparticles and their enhanced antibacterial effects against *Escherichia tufergusonii* and *Streptococcus mutans*. *Arabian Journal of Chemistry, 12*(2), 168–180. DOI 10.1016/j.arabjc.2014.11.014.

69. Le Ouay, B., Stellacci, F. (2015). Antibacterial activity of silver nanoparticles: a surface science insight. *Nano Today, 10*(3), 339–354. DOI 10.1016/j.nantod.2015.04.002.

70. Dobrucka, R., Długaszewska, J. (2016). Biosynthesis and antibacterial activity of ZnO nanoparticles using *Trifolium pratense* flower extract. *Saudi Journal of Biological Sciences, 23*(4), 517–523. DOI 10.1016/j.sjbs.2015.05.016.

71. Salomoni, R., Léo, P., Montemor, A., Rinaldi, B., Rodrigues, M. (2017). Antibacterial effect of silver nanoparticles in *Pseudomonas aeruginosa*. *Nanotechnology, Science and Applications, 10*, 115–121. DOI 10.2147/NSA.S133415.

72. Youssef, M. S., Elamawi, R. M. (2018). Evaluation of phytotoxicity, cytotoxicity, and genotoxicity of ZnO nanoparticles in *Vicia faba*. *Environmental Science and Pollution Research, 103*(2), 143701. DOI 10.1007/s11356-018-3250-1.

73. Auffan, M., Rose, J., Bottero, J. Y., Lowry, G. V., Jolivet, J. P. et al. (2009). Towards a definition of inorganic nanoparticles from an environmental, health and safety perspective. *Nature Nanotechnology, 4*(10), 634–641. DOI 10.1038/nnano.2009.242.
74. Ahmed, S., Saifullah, A. M., Swami, B. L., Ikram, S. (2016). Green synthesis of silver nanoparticles using *Azadirachta indica* aqueous leaf extract. *Journal of Radiation Research and Applied Sciences, 9*(1), 1–7. DOI 10.1016/j.jrras.2015.06.006.

75. Qasim, M., Udomluck, N., Chang, J., Park, H., Kim, K. (2018). Antimicrobial activity of silver nanoparticles encapsulated in poly-N-isopropylacrylamide-based polymeric nanoparticles. *International Journal of Nanomedicine, 13*, 235–249. DOI 10.2147/IJIN.S153485.

76. Dorau, B., Arango, R., Green, F. (2004). An investigation into the potential of ionic silver as a wood preservative. *Proceedings from the Woodframe Housing Durability and Disaster Issues Conference*, 133–145, Las Vegas, NV, Madison, WI, USA For Prod Soc.

77. Duncan, T. V. (2011). Applications of nanotechnology in food packaging and food safety: barrier materials, antimicrobials and sensors. *Journal of Colloid and Interface Science, 363*(1), 1–24. DOI 10.1016/j.jcis.2011.07.017.

78. Durán, N., Nakazato, G., Seabra, A. B. (2016). Antimicrobial activity of biogenic silver nanoparticles, and silver chloride nanoparticles: an overview and comments. *Applied Microbiology and Biotechnology, 100*(15), 6555–6570. DOI 10.1007/s00253-016-7657-7.

79. Rahimi, G., Alizadeh, F., Khodavandi, A. (2016). Mycosynthesis of silver nanoparticles from *Candida albicans* and its antibacterial activity against *Escherichia coli* and *Staphylococcus aureus*. *Tropical Journal of Pharmaceutical Research, 15*(2), 371. DOI 10.4314/tjpr.v15i2.21.

80. Ottoni, C. A., Simões, M. F., Fernandes, S., dos Santos, J. G., da Silva, E. S. et al. (2017). Screening of filamentous fungi for antimicrobial silver nanoparticles synthesis. *AMB Express, 7*(1), 31. DOI 10.1186/s13568-017-0332-2.

81. Chernousova, S., Epple, M. (2013). Silver as antibacterial agent: ion, nanoparticle, and metal. *Angewandte Chemie International Edition, 52*(6), 1636–1653. DOI 10.1002/anie.201205923.

82. Feng, Q. L., Wu, J., Chen, G. Q., Cui, F. Z., Kim, T. N. et al. (2000). A mechanistic study of the antibacterial effect of silver ions on *Escherichia coli* and *Staphylococcus aureus*. *Journal of Biomedical Materials Research Part A, 52*, 662–668.

83. Fayaz, A. M., Balaji, K., Girilal, M., Yadav, R., Kalaichelvan, P. T. et al. (2010). Biogenic synthesis of silver nanoparticles and their synergistic effect with antibiotics: a study against gram-positive and gram-negative bacteria. *Nanomedicine: Nanotechnology, Biology and Medicine, 6*(1), 103–109. DOI 10.1016/j.nano.2009.04.006.

84. Kim, S. W., Kim, K. S., Lamsal, K., Kim, Y. J., Kim, S. B. et al. (2009). An in vitro study of the antifungal effect of silver nanoparticles on oak wilt pathogen *Raffaelea* sp. *Journal of Microbiology and Biotechnology, 19*, 760–764.

85. Lamsal, K., Kim, S. W., Jung, J. H., Kim, S., Kim, K. S. et al. (2011). Application of silver nanoparticles for the control of *Colletotrichum* species in vitro and pepper anthracnose disease in field. *Mycobiology, 39*(3), 194–199. DOI 10.5941/MYCO.2011.39.3.194.

86. Panáček, A., Kolář, M., Večerová, R., Prucek, R., Soukopová, J. et al. (2009). Antifungal activity of silver nanoparticles against *Candida* spp. *Biomaterials, 30*(31), 6333–6340. DOI 10.1016/j.biomaterials.2009.07.065.

87. Elgorban, A. M., El-Samawaty, A. E. M., Yassin, M. A., Sayed, S. R., Adil, S. F. et al. (2016). Antifungal silver nanoparticles: synthesis, characterization and biological evaluation. *Biotechnology & Biotechnological Equipment, 30*(1), 56–62. DOI 10.1080/13102818.2015.1106339.

88. Silver, S. (2003). Bacterial silver resistance: molecular biology and uses and misuses of silver compounds. *FEMS Microbiology Reviews, 27*(2–3), 341–353. DOI 10.1016/S0168-6445(03)00047-0.